Continuous production of a biogenic ferric iron lixiviant for the bioleaching of printed circuit boards (PCBs)

Agathe Hubau, Michel Minier, Alexandre Chagnes, Catherine Joulian, Cédric Perez, Anne-Gwenaëlle Guezennec

▲ To cite this version:

Agathe Hubau, Michel Minier, Alexandre Chagnes, Catherine Joulian, Cédric Perez, et al.. Continuous production of a biogenic ferric iron lixiviant for the bioleaching of printed circuit boards (PCBs). Hydrometallurgy, Elsevier, 2018, 180, pp.180-191. 10.1016/j.hydromet.2018.07.001. hal-02182968

HAL Id: hal-02182968

https://hal.univ-lorraine.fr/hal-02182968

Submitted on 22 Aug 2019

HAL is a multi-disciplinary open access archive for the deposit and dissemination of scientific research documents, whether they are published or not. The documents may come from teaching and research institutions in France or abroad, or from public or private research centers.

L’archive ouverte pluridisciplinaire HAL, est destinée au dépôt et à la diffusion de documents scientifiques de niveau recherche, publiés ou non, émanant des établissements d’enseignement et de recherche français ou étrangers, des laboratoires publics ou privés.

Distributed under a Creative Commons Attribution - NonCommercial - NoDerivatives| 4.0 International License
Continuous production of a biogenic ferric iron lixiviant for the bioleaching of printed circuit boards (PCB)

Agathe HUBAU\textsuperscript{1,2,*}, Michel MINIER\textsuperscript{2}, Alexandre CHAGNES\textsuperscript{3}, Catherine JOULIAN\textsuperscript{1}, Cédric PEREZ\textsuperscript{1}, Anne-Gwenaëlle GUEZENNEC\textsuperscript{1}

\textsuperscript{1}BRGM, F-45060 Orléans, France
\textsuperscript{2}Chimie ParisTech, PSL Research University, CNRS, Institut de Recherche de Chimie Paris (IRCP), F-75005 Paris, France
\textsuperscript{3}GéoRessources - UMR CNRS 7359-CREGU-Université de Lorraine, 2 Rue du Doyen Roubault 54500, BP 10162, Vandœuvre-lès-Nancy Cedex, France

* Corresponding author E-mail address: a.hubau@brgm.fr

Abstract

Ferric iron is a low-cost oxidant frequently used in hydrometallurgy and is particularly suitable to leach various metals from printed circuit boards (PCBs). This paper presents the use of the BRGM-KCC acidophilic consortium to generate ferric iron solution in a bubble column run in continuous mode. The influence of influent ferrous iron concentration, ranging from 1 to 9 g L\textsuperscript{-1} on the bio-oxidation rate was studied in the presence of a solid support. The impacts of the quantity of solid support, the hydraulic residence time (HRT), the culture medium and the type of support were established. Stable performance was achieved over an extended period with a Fe\textsuperscript{2+} oxidation rate of 1400 mg L\textsuperscript{-1} h\textsuperscript{-1}. Cryogenic scanning electron microscopy was used to observe the attachment of cells on the solid support in different operating conditions and showed that the clogging of the solid support with jarosite precipitates influenced its colonization by the micro-organisms and the stability of the bioprocess. The operating conditions, and especially the influent ferrous iron concentration and nutritive medium composition, also influenced the structure and the abundance of the microbial community.

Keywords: Bioleaching / Bio-oxidation / printed circuit boards / acidophilic
1. Introduction

The metal content of spent printed circuit boards (PCBs) can reach up to 35% (in weight), including precious and strategic metals even at greater concentrations than in primary resources. For instance, gold and copper are 25 to 250 times and 20 to 40 times more concentrated in spent PCBs than in ores, respectively (Tuncuk et al., 2012). Consequently, spent PCBs are becoming a valuable resource. At the same time, a lack of an appropriate treatment could be a cause of environmental pollution.

Today, high-grade PCBs are treated by pyrometallurgy to recover valuable metals but some metals, such as aluminium, iron and precious metals, are lost in the slag during this operation (Cui and Zhang, 2008) and the energy-cost of such processes is high. Moreover, the presence of plastics raises two important issues: first, the emission of toxic dioxins and furans; and second, the presence of plastics can bring about uncontrolled temperature increases leading to smelter damages (Hagelüken, 2006). Currently, the addition of PCBs to smelter feed represents at most 15% of the mass, the rest being metal concentrates. For example, PCBs make up 14% of the total throughput in the Noranda process in Canada and 10% in the Umicore process in Belgium (Cui and Zhang, 2008; Ghosh et al., 2015). Due to this limitation, the quantity of PCBs that are treated annually remains low. Therefore, the design of energy-efficient and cost-effective new processes for efficient metal recovery from PCBs is particularly important.

Techniques based on mechanical processes and hydrometallurgy are emerging as alternative solutions. Within this framework, biohydrometallurgy is very promising. In the literature, some studies deal with the use of bioleaching for the treatment of spent PCBs by means of acidophilic microorganisms (Brandl and al., 2001; Ilyas and al., 2010). The use of such micro-organisms, which are mainly iron and sulfur-oxidising, allows the extraction of various metals such as Cu, Ni and Zn. Although the mechanisms are not completely known, the following main reactions may occur:

\[
\begin{align*}
nFe^{3+} + M^0 & \rightarrow nFe^{2+} + M^{n+} \quad \text{(chemical)} \\
4Fe^{2+} + O_2 + 4H^+ & \rightarrow 4Fe^{3+} + 2H_2O \quad \text{(biological)}
\end{align*}
\]

The main issue raised by research studies dedicated to the development of bioleaching processes for PCBs treatment is linked to the reproducibility of the results, mainly because of the large heterogeneity of PCBs that leads to large variation of sample composition. Most studies dedicated to acidophilic bioleaching of spent PCBs to date have been performed in simple shake flasks and the quantity of PCBs added for each batch test is often too low to be
representative of the whole composition of the PCB sample. Moreover, the results are highly variable as important parameters, such as dissolved oxygen concentration, pH or microorganisms are diverse. Figure 1 illustrates the discrepancy in copper bioleaching yields reported in the literature for spent PCBs in shake flask and reactor studies. Finally, the addition point of raw material after inoculation influences greatly PCB bioleaching efficiency. This parameter appears particularly important as PCBs may be responsible for the inhibition of microbial growth and activity (Liang et al., 2013). Staggering the production of the lixiviant and the addition of the e-waste in a two-step process can greatly increase leaching rates (Yang et al., 2009; Guezennece et al., 2015). However, this requires the establishment of a stable steady-state operation in the first stage where biomass production and ferrous iron bio-oxidation occur (Reaction 2). The literature shows that a vast number of iron bio-oxidation studies in continuous mode have been done to develop a large range of applications. Some studies are summarised in Table 1. In this Table, the study duration is the time before authors change any parameters once steady state is reached. Most of these works investigated multiple parameters to avoid kinetic limitations and to achieve the highest bio-oxidation rate. The first parameter is the characteristics of the influent, i.e. pH (Kaksonen et al., 2014a; Kinnunen and Puhakka, 2005) and ferrous iron concentration (Gómez and Cantero, 2003) since these parameters influence significantly the kinetics of bio-oxidation. The second parameter is the composition of the gas flow to avoid any limitation in carbon dioxide (required for bacterial growth, as it is the sole carbon source available) and/or oxygen (required for microbial oxidation of ferrous iron, see Reaction 1). Bastías and Gentina (2010) improved their chemostat performance by enriching air with 4% CO\textsubscript{2}. Kinnunen and Puhakka (2004) detected an oxygen limitation when using air and used a 99.5%O\textsubscript{2}/0.5%CO\textsubscript{2} gas mixture to obtain a maximal oxidation rate of 26.4 g L\textsuperscript{-1} h\textsuperscript{-1}. This parameter is closely linked to the presence and the type of solid support, which will impact the gas-liquid mass transfer. First studies were performed without using solid support but performance was limited due to limited biomass and cell wash out at low hydraulic residence times (HRT; Halfmeier et al., 1993a). Consequently, many solid supports were developed and investigated (Grishin and Tuovinen, 1988), e.g. polystyrene (Karamanev and Nikolov, 1986), quartz sand (Halfmeier et al., 1993b), Ni-alloy fibres (Gómez and Cantero, 2003) and activated charcoal (Kinnunen and Puhakka, 2004). The goal was to obtain large surface areas and high numbers of attached cells without slowing down mass transfer. Activated charcoal was reported as one of the best solid supports in terms of bio-oxidation performance due to its porosity which enables the retention quantities of large
biomass (Jensen and Webb, 1995). Grishin and Tuovinen (1988) reported a maximal oxidation rate of 52.6 g L\(^{-1}\) h\(^{-1}\) in a bioreactor with 50 mL of activated charcoal.

However, due to the high concentrations of ferric iron, Ebrahimi et al. (2005) suggested that the presence of jarosite precipitates in the bioreactor modifies the bio-oxidation rates and yields over long periods of time and affects mass transfer near the solid support. The formation of jarosite precipitates was extensively described (Kaksonen et al., 2014c); the following reaction occurs:

\[
A^+ + 3\text{Fe}^{3+} + 2\text{SO}_4^{2-} + 6\text{H}_2\text{O} \rightarrow \text{AFe}_3(\text{SO}_4)_2(\text{OH})_6 + 6\text{H}^+ \quad (3)
\]

Where \(A^+\) is a cation (potassium \(\text{K}^+\), sodium \(\text{Na}^+\), ammonium \(\text{NH}_4^+\), hydronium \(\text{H}_3\text{O}^+\)).

During 6 months, Halfmeier et al. (1993) operated a fixed-bed reactor in continuous mode and revealed transport limitation and long-term stability issues. Kinnunen and Puhakka (2004) highlighted the influence of jarosite accumulation on oxidation performance in a fluidized-bed reactor, with a majority of cells attached on jarosite, creating instabilities when removing these precipitates. They revealed some difficulties to maintain constant jarosite formation rate, and thus, to maintain stable performance (Kinnunen and Puhakka, 2005). Recently, Kaksonen et al. (2014a, 2014c) investigated the use of these precipitates as solid support. Ebrahimi et al. (2005) used this method to develop an airlift reactor that presented stable performance over long periods of time to establish a process of \(\text{H}_2\text{S}\) removal. The use of a settler (Kaksonen et al., 2014a, 2014c) to remove excess sludge maintained stable performance.

This paper reports the performance and the limitations obtained for the bio-oxidation of ferrous iron in a bubble column run in continuous mode, which will be used as the first stage of a biolixiviant reactor for leaching spent PCBs. The influence of influent ferrous iron concentration on the bio-oxidation rate was studied over an extended period of time. The influence of the type and quantity of solid support and of the medium composition on bio-oxidation yield were investigated. The colonization of solid support was observed by cryogenic scanning electron microscopy to understand the phenomena that affect the stability of bio-oxidation performance. The main objective of the study was to determine the operating parameters which enabled stable and maximal performance over a period of several weeks.

2. Material and methods

2.1 Growth medium and bacterial culture. The inoculum used for the cultures was obtained from the BRGM-KCC microbial consortium subcultured on pyrite tailings (Guezennec et al., 2017). The predominant micro-organisms in the culture are affiliated to the acidophilic genera *Leptospirillum*, *Acidithiobacillus* and *Sulfobacillus*. Two culture media were
used: 0Km medium consisted of (g L⁻¹): 3.70 (NH₄)₂SO₄, 0.81 H₃PO₄ 85%, 0.48 KOH, 0.52 MgSO₄·7H₂O, while the culture medium 0Cm had the same composition but only 0.4 g L⁻¹ (NH₄)₂SO₄. Ferrous iron was added as FeSO₄·7H₂O to obtain ferrous iron concentrations ranging from 1 to 9 g L⁻¹. 1Km and 9Km denote 0Km culture media containing 1 and 9 g L⁻¹ of ferrous iron, while 1Cm and 9Cm denote 0Cm culture media containing 1 and 9 g L⁻¹ of ferrous iron respectively. Growth media were adjusted to pH 1.2 using concentrated H₂SO₄.

2.2 Experimental setup. Continuous culture experiments were carried out in two separate 150 mL (working volume) bubble columns (4.5 cm in diameter, 30 cm in height) immersed in a water bath to maintain the temperature at 36 °C. A schematic diagram of the bubble column used for this study is given in Figure 2. The growth medium was fed continuously to the bottom of the bubble column and the effluent removed at the desired dilution rate by means of variable-speed pumps. The cell suspension was aerated with air flow between 20 and 30 L h⁻¹ (2.2 to 3.3vvm). Air was enriched with CO₂ to obtain a partial pressure of 1% CO₂. Ferrous-iron oxidation kinetics was investigated at various residence times, ranging from 1 to 18 h. To avoid cell wash-out, solid support was introduced in the bubble column, with an apparent volume varying from 33 to 100 mL. Solid supports were either activated charcoal (Organosorb11® from Desotec) or polyvinyl chloride beads (Tefanyl® VR VRGR 366 from Mitsubishi Chemical Performance Polymers). The latter were used as received while the charcoal was washed with 5 mL g⁻¹ of water and 1 mL g⁻¹ of diluted sulfuric acid (pH 1.3), dried at 40°C for 20 hours and sieved to remove particles smaller than 1 mm prior to use. The bioreactor was inoculated with the BRGM-KCC culture at 10% v/v. The bubble column was first operated in batch mode in order to establish the biomass and then switched into continuous mode when the redox potential reached 900 mV vs. SHE. All experiments were performed in non-sterile conditions, to suit more accurately the industrial reality.

Finally, biotic and abiotic shake flasks experiments were done to determine the chemical oxidation of ferrous iron by the activated charcoal itself. Flasks (250 mL) contained 100 mL 9Cm medium with 10 g of activated charcoal. Biotic tests were inoculated with 10% (v/v) BRGM-KCC. Abiotic shake flasks were autoclaved with activated charcoal, 9Cm medium was filter sterilized (0.2 µm syringe filter from ClearLine in cellulose acetate) and manipulations were performed under a laminar air flow hood.

2.3 Analytical techniques. Oxygen and carbon dioxide concentrations in the off-gas from the bioreactor were analysed by using ADC MGA 3000 Multi-Gas Analyzer (Analytical Development Company Ltd). Total iron concentration was determined by flame atomic absorption spectroscopy (AAS) using a Varian SpectrAA-300. Ferrous iron concentration was
determined by using the correlation between redox potential and total iron concentration as reported by Yue et al. (Yue et al., 2014). Estimated values of ferrous iron concentration deduced from this correlation were occasionally confirmed experimentally by performing cerium (IV) titration with a Metrohm titrode (Pt-pH) in sulfuric acid medium (Yue et al., 2016).

2.4 Bacterial community monitoring.

2.4.1 Cell counting. The number of micro-organisms in the supernatant was monitored by counting on Thoma cell counting chamber. The same methodology was used to count attached cells on the solid support, after cell detachment performed by slowly shaking with a mixing shaker (Heidolph Reax 2) at minimum speed (24 rpm) 500 mg of solid support in 1.5 mL of fresh acidic medium (0Km with pH <2) with 0.25% v/v Tween 20 (from Sigma Aldrich), for 1 hour.

2.4.2 Cryogenic scanning electron microscopy (Cryo-SEM). This method was used to observe the attachment of cells onto the solid support without prior steps of preparation. Fresh aliquots of solids sampled from the bubble column were introduced on a copper frame with carbon paste. Samples were immersed into liquid nitrogen at -176 °C and a pressure depression enabled to reach -210 °C (slush nitrogen). From this point, samples were set under vacuum and transferred into the SEM (Hitachi S-4500 field-emission operated at 1 kV). They were warmed to -70 °C to remove ice that was formed on the sample due to moisture condensation and cooled to -105 °C for observations. Detection of secondary electrons was performed on the surface or inside samples after cryo-fracturing. Energy dispersive X-ray spectroscopy (EDX) was used to characterize the sample composition with SEM operated at 5 or 15 kV.

2.4.3 DNA extraction and capillary electrophoresis-single strand conformational polymorphism (CE-SSCP) monitoring of the bacterial community structure. The CE-SSCP technique was used on polymerase chain reaction (PCR) product of 16S rRNA gene to obtain a diversity profile and to determine relative abundances of the detected bacterial strains. Samples containing 0.5 mL solid support or 2 mL liquid phase were taken from the bubble column. Solid samples and pellets (from centrifugation of the liquid samples for 10 minutes at 14000 g) were washed by re-suspension in Tris buffer (100 mM, pH 8) until pH reached around 7. Genomic DNA was extracted with the FastDNA Spin Kit for Soil and using the manufacturer’s protocol (MP Biomedicals) with a FastPrep®-24 at a speed of 5 m s⁻¹ for 30 s. Amplification of the 16S rRNA gene from DNA extracts was performed with C-1000 thermocycler (Biorad) with the w49 forward primer and the 5'-end FAM-labeled w34 primer, as in Hedrich et al. (2016). For CE-SSCP analysis, one microliter of 5- to 500-fold diluted PCR product, 0.4 μL of Genescan-600 LIZ internal standard (Applied Biosystems) and 18.6 μL of
deionized formamide HiDi (Applied Biosystems) were heated for 5 minutes at 95 °C for
denaturation and immediately cooled on ice for 10 minutes. Fragment analyses were conducted
with the ABI Prism 310 (Applied Biosystems). The software GeneScan (Applied Biosystems)
was used to realign the peak profiles based on internal standard migration, assign peak position
and calculate relative abundances on the basis of peak areas.

3. Results

3.1 The influence of ferrous iron concentration on bio-oxidation

Activated charcoal produced from black granular coal was chosen as support for this work
because high bio-oxidation rates can be achieved with this type of support (Jensen and Webb,
1995), especially due to its high specific area of 950 m² g⁻¹. It should be noted that the rate of
the chemical oxidation of ferrous iron into ferric iron in the presence of activated charcoal is
very low, as demonstrated by the studies of Kuznetsova et al. (1995) and Ahumada et al. (2002)
with severe conditions (high temperature and O₂ pressure). In our conditions, measures in sterile
shake flasks in 9Cm medium gave a chemical oxidation rate reaching 65 mg L⁻¹ h⁻¹ with clean
activated charcoal. This rate was much lower than the one in biotic shake flasks, with bio-
oxidation rates easily reaching 240 mg L⁻¹ h⁻¹. It confirms that this material is mainly acting as
a solid support for bacteria, and its ability to catalyse ferrous iron oxidation is negligible
compared to bio-oxidation.

In order to examine the kinetics of bio-oxidation at different influent ferrous iron
concentrations, 15 g of activated charcoal were introduced in the bioreactor and the HRT was
set to 12 h. This mass of activated charcoal corresponded to an apparent volume of 33 mL.
Table 2 shows the bio-oxidation yield and rate obtained in these conditions with ferrous iron
concentration in the influent medium ranging from 1 to 9 g L⁻¹.

The maximum bio-oxidation rate obtained was 375 mg L⁻¹ h⁻¹ with an influent concentration
of 4.5 g L⁻¹ of ferrous iron. This maximal oxidation rate was very low compared to those
reported in the literature. At higher influent ferrous iron concentrations, both the bio-oxidation
yield and rate were lower. Moreover, substantial variations in these rates were observed with
the same operating conditions.

Bio-oxidation performance as a function of HRT is presented for bioreactors with 1 and 9 g
L⁻¹ influent ferrous iron in Figure 3. For fixed operating conditions, performance were not stable
even at 10 HRT. Consequently, each dot of the figure, which represents the bio-oxidation yield
or rate for one fixed HRT, depicts the most common value obtained in these fixed operating
conditions. Error bars depict the range of all other obtained values in such conditions. Figure 3
shows large discrepancies in bio-oxidation yield and rate when 9 g L\(^{-1}\) ferrous iron was used whatever the HRT. This was mainly due to precipitate formation on the solid support (see below). At 1 g L\(^{-1}\) ferrous iron, between 80\% and 100\% bio-oxidation yield was obtained for high HRT. However, when the HRT decreased below 4 hours, iron bio-oxidation yield decreased sharply. A maximum oxidation rate of 450 mg L\(^{-1}\) h\(^{-1}\) was obtained at 1 g L\(^{-1}\) ferrous iron and HRT of 2 hours.

3.2 The influence of the quantity of activated charcoal on bio-oxidation

In order to minimize the instabilities obtained at high influent ferrous iron concentrations, the impact of the quantity of solid support was investigated. The amount of activated charcoal influences the amount of biomass attached onto and into the solid, and therefore, the performance of the bioreactor. Table 3 shows the bio-oxidation rate for both influent ferrous iron concentrations (1 g L\(^{-1}\) and 9 g L\(^{-1}\) Fe\(^{2+}\)) at 6 h HRT.

The quantity of activated charcoal at 1 g L\(^{-1}\) did not seem to influence iron oxidation since 100\% bio-oxidation was obtained in all cases at 6 h HRT. Higher oxidation rates were observed at influent ferrous concentration of 9 g L\(^{-1}\) when larger quantities of activated charcoal were used; however, the performance was still not stable. It is interesting to highlight that, at fixed HRT, the addition of activated charcoal into the bioreactor was responsible for an instantaneous increase in bio-oxidation yield and rate followed by a gradual decrease (data not shown). Figure 4 shows lower instabilities when larger amounts of activated charcoal were used at 9 g L\(^{-1}\). The iron bio-oxidation yield gradually decreased with decreasing HRT and oxidation rate varied between 400 and 700 mg L\(^{-1}\) h\(^{-1}\).

3.3 The influence of the growth media composition on bio-oxidation

Silverman and Lundgren (1959) detailed the composition of a growth medium (9K) adapted to the growth of acidophilic microorganisms, e.g. Acidithiobacillus ferrooxidans. Collinet-Latil (1989) modified this medium to obtain optimal bioleaching performance with the BRGM-KCC consortium. In the present study, this medium (0Km) was compared with the 0Cm medium, which contains the same quantities of KOH, H\(_3\)PO\(_4\) and MgSO\(_4\).7H\(_2\)O and ten times less (NH\(_4\))\(_2\)SO\(_4\) in the presence of 1 g L\(^{-1}\) or 9 g L\(^{-1}\) ferrous iron and 15 g or 30 g of activated charcoal, respectively (Figures 5 and 6).

Results obtained with both media were quite similar at 1 g L\(^{-1}\) ferrous iron but better performance were obtained with the 1Cm medium at low residence time (1.1 hour): the maximal oxidation rate increased from 450 to 900 mg L\(^{-1}\) h\(^{-1}\) when nutritive medium was
changed from 1Km to 1Cm. Concerning the bioreactor with influent ferrous iron concentration of 9 g L⁻¹, reducing the quantity of ammonium ions allowed a more stable performance at high HRT, and enabled higher iron oxidation yields. The lower ammonium concentrations may have led to a reduction in jarosite precipitation, as explained below. In 9Cm medium, maximal oxidation rate reached 1400 mg L⁻¹ h⁻¹ at 6.3 hours HRT. In these conditions, bio-oxidation performance was within the range of the results presented in the literature (Table 1).

3.4 The influence of the solid support on bio-oxidation

The bio-oxidation rate in the presence of a highly porous support (activated charcoal) and a non-porous support (polyvinyl chloride beads) is shown in Figures 7 and 8 with an influent ferrous iron concentration of 1 g L⁻¹ and 33 mL of solid support or 9 g L⁻¹ and 66 mL of solid support, respectively. The same apparent volume was used to compare both supports and both bioreactors were first operated in batch mode during 45 h to favour the attachment of the biomass. At 1 g L⁻¹ ferrous iron, similar performance was obtained with both supports at high HRT (HRT > 2 h). However, the bio-oxidation rate was obviously affected by the type of solid support at low HRT (1h): it sharply decreased from 900 mg L⁻¹ h⁻¹ to 500 mg L⁻¹ h⁻¹ with the use of PVC beads. The performance notably decreased at 9 g L⁻¹ with PVC as less than 20% of influent ferrous iron was oxidized under such conditions whatever the residence time. The lack of porosity of PVC support was probably not favourable to the development of attached biomass in the bioreactor, since available surface area for cells attachment was low.

3.5 The characteristics of solid support and bacterial community structure during bio-oxidation

3.5.1 The influence of operating conditions on the solid support. Cryo-SEM was used to observe the colonization of activated charcoal particles by bacteria. Such a technique is particularly suitable for this study since it allows the observation of fresh biological materials as no dehydration step is required during sample preparation and it is possible to obtain high-resolution images at low voltage. This method also enables the breaking of the charcoal particles into sub-particles without damaging the biofilm in order to observe the interior of porous material: an example of ore breakage was described by Kelly and Burgio (1983).

Figures 9-11 show Cryo-SEM pictures inside and outside charcoal particles in biotic conditions in the presence of 1 and 9 g L⁻¹ ferrous iron and in abiotic conditions in the presence of 9 g L⁻¹ ferric iron in 0Km culture medium. Figure 9A shows the presence of many bacteria inside activated charcoal particles in the 1Km media. Cells seemed to be attached on the surface
into the pores of the solid support. An organic substance was observed around these cells by cryo-SEM but its fast degradation by the electron beam prevented the acquisition of any pictures. It was supposed that this substance was composed of extracellular polymeric substances. Only very few cells were observed in the presence of 9 g L\(^{-1}\) ferrous iron and none are visible on Figure 9B. Figures 9B and 9C show the presence of an organic framework but this framework seemed different from the one observed in Figure 9A since its resistance against electron beam was greater. This organic framework is likely composed of bitumen substances given that charcoal is a bituminous compound.

Figure 10 shows the presence of precipitates onto the particle surface in all samples. These precipitates formed a layer on the solid support, which seemed to be more spread in samples colonized under biotic conditions in the presence of 9 g L\(^{-1}\) ferrous iron (Figure 10B) and in Erlenmeyer under abiotic conditions in the presence of 9 g L\(^{-1}\) ferric iron (Figure 10C) when compared to 1Km medium (Figure 10A). It is interesting to highlight that the activated charcoal surface seemed to be entirely coated by precipitates in the presence of 9 g L\(^{-1}\) iron (Figures 10B and 10C) while less precipitate covered the charcoal surface in the presence of 1 g L\(^{-1}\) iron (Figure 10A), leading to the formation of small pores.

The edge of a representative charcoal particle after colonization in a growth medium containing 9 g L\(^{-1}\) ferrous iron is shown in Figure 11. Pseudocubic structures, which are attributed to ammonium jarosite precipitation (Kaksonen et al., 2014), were observed in the particle pores. It can be inferred that the precipitate was actually a mixture of ammonium jarosite (pseudocubic structure) and potassium jarosite since EDX analyses demonstrated the presence of potassium and sulfate (Figure 12).

3.5.2 Bacterial community structure. Microbial diversity profiles were determined in bioreactors by 16S rRNA gene CE-SSCP. A comparison was performed between solid and liquid phases in bioreactors for two different influent ferrous iron concentrations (1 g L\(^{-1}\) with 15 g of activated charcoal and 9 g L\(^{-1}\) with 30 g of activated charcoal) for HRT ranging from 1 to 10 hours (Figure 13). Results implied that conditions in the bioreactor were unsuitable for the growth of Acidithiobacillus caldus, as it remained undetected despite this bacterium being a member of the BRGM-KCC consortium initially used to inoculate the bioreactor. This can be explained by the absence of reduced sulfur compounds in the bioreactor since Acidithiobacillus caldus is a sulfur-oxidizing bacterium. Likewise, Sulfobacillus thermosulfidooxidans was not detected in any samples. The temperature maintained at 36 °C in the bioreactor was probably too low since the optimal growth temperature is 51 °C for this bacterium (Watling et al., 2008).
Conversely, *Leptospirillum ferriphilum* and *Sulfobacillus benefaciens*, which are present in the BRGM-KCC consortium, were present in the solid and the liquid phases in the bioreactor but their relative abundance varied when the operating conditions changed. Especially, influent ferrous iron concentration seemed to have an influence on the bacterial growth since 9 g L\(^{-1}\) ferrous iron favoured the growth of *Sulfobacillus benefaciens*, with an average proportion of 60%, while 1 g L\(^{-1}\) favoured *Leptospirillum ferriphilum* growth, with an average proportion of 80%. This may be explained due to the higher affinity for the ferrous iron substrate and greater tolerance of ferric iron of *L. ferriphilum* over *Sulfobacillus* spp. (Norris, 2007). The proportions of these two organisms were similar in liquid and solid phases. Two unknown micro-organisms were detected in the bioreactor at 9 g L\(^{-1}\) ferrous iron for 3.5 and 5.1 hours. One of these was also detected in the other bioreactor at 1 g L\(^{-1}\) ferrous iron.

Finally, cell distribution between solid and liquid phases was determined in the same conditions as the previous characterization of diversity profiles. Figure 14 gives the distribution for both bioreactors. When influent ferrous iron concentration was 1 g L\(^{-1}\), the number of cells remained stable for HRT varying between 1 and 3 hours; the cells were also well distributed between the solid and the liquid phases. For the same iron concentration and HRT of 6.4 hours, the number of cells increased noticeably (at least by 0.5 Log) and a large proportion of cells were attached onto activated charcoal. In the presence of 9 g L\(^{-1}\) ferrous iron in the influent, the increase in cell number at high HRT was less than on 1 g L\(^{-1}\) ferrous iron and the cells were more or less equally distributed between the liquid and the solid phases. For HRT of 6 hours, the total cell number was much lower compared to the results obtained at 1 g L\(^{-1}\) Fe\(^{2+}\) whereas the cell number was of the same order of magnitude for lower HRT in both conditions. It must be noted that these data are only an estimate of the number of cells in the bioreactor given the low accuracy for cell counting (inaccuracy arose from the difficulty to collect all cells from activated charcoal and from counts on Thoma cell chamber).

**4. Discussion**

Observations with Cryo-SEM highlighted the fact that activated charcoal from the bioreactor containing 9 g L\(^{-1}\) ferrous iron was less colonized than in the presence of 1 g L\(^{-1}\) ferrous iron. Furthermore, Cryo-SEM demonstrated that activated charcoal particles from 9Km bioreactor were entirely coated with precipitates, while particles from 1Km bubble column were only partially clogged. Consequently, one hypothesis is that instabilities in 9Km bioreactor performance resulted from the presence of precipitates, which coat the charcoal surface and cause difficulties for the bacterial attachment. For unchanged operating conditions (fixed HRT),
this clogging phenomenon seemed to occur according to the following cycle: (i) High bio-
oxidation yield and rate were observed since ferrous iron was intensively oxidized to ferric iron
by the cells, which initially colonized the pores of activated charcoal; (ii) Activity of the bacteria
decreased because of limitation of the diffusion of nutrients, carbon dioxide, oxygen and ferrous
iron resulting from the accumulation of potassium jarosite and ammonium jarosite that coated
the external charcoal surface (cf Reaction 3); (iii) Attrition between the particles was
responsible for coating destruction, which led to an increase in bacterial activity, and therefore,
an increase in bio-oxidation yield and rate until new jarosite precipitation phenomena occurred.
The age of solid support greatly affected the performance. It was thus difficult to determine
accurately the cell distribution between the liquid and the solid phases since the clogging
phenomenon and the high porosity of activated charcoal limited the cell collecting procedure.
This hypothesis could explain the difference in diversity profiles between both bioreactors:
*Sulfobacillus benefaciens* was able to take advantage of different energy and carbon sources, as
it is a mixotrophic species (Johnson and al., 2008). If carbon dioxide and ferrous iron were not
available due to the coating of the solid support, this species could use cellular waste to survive,
at the expense of *Leptospirillum ferrirephilum*, which is a strict autotroph (Mi and al., 2011).
It is consistent with results obtained when the growth medium composition was changed:
the decrease in ammonium concentration limited ammonium jarosite precipitation, thus limiting
the coating of solid support. It enabled more stable performance. In these conditions, maximal
oxidation rates were obtained at 1400 mg L\(^{-1}\) h\(^{-1}\) in the presence of 9 g L\(^{-1}\) ferrous iron in the
influent. In the literature, it is reported that the stability of jarosite depends on the standard
enthalpy of formation. Thus, potassium jarosite is more stable than sodium and hydronium
jarosite, which are more stable than ammonium jarosite (Gaboreau and Vieillard, 2004; Gramp
et al., 2008; Kaksonen et al., 2014b). Modifying the potassium concentration in the medium
could improve bacteria attachment onto the pores surface of the charcoal by avoiding potassium
jarosite precipitation.
The nature of the support seemed to have a high impact on bio-oxidation performance since
the use of non-porous polyvinyl chloride beads reduced the iron bio-oxidation yield to less than
20% while it reached 99% in the same conditions with activated charcoal. This was probably
due to a difference in porosity, which influenced the number of accessible sites for cell
attachment: with 33 mL, the accessible surface with activated charcoal is estimated to 14 520
m\(^2\) while it is estimated to 0.048 m\(^2\) with PVC beads. The zeta potential of solid supports may
also play a role in the attachment of acidophilic cultures, as reported by Halfmeier et al. (1993b)
: it is assumed that the adsorption of cells onto solid supports due to electrostatic and Van der
Walls forces is the first step of the creation of biofilms. Acidophilic cultures, positively charged with protonation, will better adsorb to negatively charged surfaces.

Concerning these results, one way to improve the kinetics could be to change the solid support. A study with woven nylon performed by Svirko et al. (2009) give good results in terms of ferrous iron bio-oxidation rates, with 4 g L\(^{-1}\) h\(^{-1}\). This might be explained by the creation of a framework that enables the biomass to get attached without affecting mass transfer.

The highest oxidation rate obtained in 9Cm was 1400 mg L\(^{-1}\) h\(^{-1}\) at HRT of 6.3 hours. Concerning the 1Cm medium, the highest oxidation rate obtained was 900 mg L\(^{-1}\) h\(^{-1}\) at a minimum HRT of 1.1 h. To go further in the design of the bubble column, it is therefore mandatory to take into account the second stage of the bioreactor. If the bubble column must regenerate high concentrations of ferric iron due to the inhibition of bacterial activity in the second stage, it is necessary to test higher influent ferrous iron concentrations and minimize ferric iron precipitation. If the bubble column aims at the development of a fresh culture with planktonic cells, the use of activated charcoal is not recommended as cells are strongly attached onto the pores surface of solid support particles.

5. Conclusion

To recover metals from different resources, particularly spent printed circuit boards, the production of a biogenic lixiviant solution is of great interest. However, the monitoring of the process should be controlled and the stability of this production over long periods of time is necessary. In this work, a bubble column inoculated with BRGM-KCC microbial consortium in the presence of activated charcoal was used for ferric lixiviant generation. Results were not reproducible at 9 g L\(^{-1}\) in 0Km medium and were much lower than literature oxidation rates. The use of higher quantities of activated charcoal did not improve the rates but the stability improved. The use of polyvinyl chloride beads as solid support decreased the oxidation rates. However, with a modified medium containing a ten-fold lower ammonia concentration, maximal bio-oxidation rates were obtained with activated charcoal with long-term stability: 1400 mg L\(^{-1}\) h\(^{-1}\) with 9 g L\(^{-1}\) ferrous iron at HRT of 6.3 h and 900 mg L\(^{-1}\) h\(^{-1}\) with 1 g L\(^{-1}\) ferrous iron at the minimal HRT experimented, 1.1 h. These results were satisfactory since they were in the range of the kinetics found in the literature and they were maintained during extended periods of time. Cryo-SEM observations of activated charcoal particles demonstrated the presence of precipitates on the external surface of activated charcoal (ammoniojarosite and potassiojarosite). The clogging of charcoal pores was likely to explain the decrease of the bubble column performance, at 9 g L\(^{-1}\) particularly, by trapping cells into solid support.
Consequently, according to the age of the support, mass transfer (Fe$^{2+}$, nutrients, O$_2$ and CO$_2$) from the liquid phase to the bacteria was reduced and oxidation kinetics were lower than expected. The microbial diversity profiles in the bioreactor were different in presence of 1 or 9 g L$^{-1}$ of ferrous iron: mixotrophic cells were in higher proportions in 9 g L$^{-1}$ bubble column, as mass transfer were limited due to the clogging whereas autotrophic cells (particularly *Leptospirillum ferriphilum*) were in higher proportions in 1 g L$^{-1}$ bubble column. With this knowledge, operating conditions of such a bioreactor can be adapted to be adequate to the subsequent step of the process, i.e. the leaching of PCBs.

6. Acknowledgements

This work was supported by the Chair “Mines Urbaines” from ParisTech foundation supported by Eco-systèmes. Authors would like to thank Christopher G. Bryan for his careful reading of the paper.

7. References


Yue, G., Guezennec, A.G., Asselin, E., 2016. Extended validation of an expression to predict ORP and iron chemistry: Application to complex solutions generated during the acidic leaching or bioleaching of printed circuit boards, Hydrometallurgy, 164, 334-342.


Table 1: Continuous bio-oxidation studies - experimental conditions and performance.

<table>
<thead>
<tr>
<th>Strain</th>
<th>Fe^{2+} (g L^{-1})</th>
<th>Reactor</th>
<th>pH</th>
<th>Temp (°C)</th>
<th>Hydraulic residence time</th>
<th>Max oxidation rate (mg L^{-1} h^{-1})</th>
<th>Study duration (HRT = hydraulic residence time)</th>
<th>References</th>
</tr>
</thead>
<tbody>
<tr>
<td><em>A. ferrooxidans</em></td>
<td>0.2 to 3</td>
<td>Stirred tank reactor 4 L.</td>
<td>2.2</td>
<td>28</td>
<td>6 to 12.5 h</td>
<td>420</td>
<td>N.D.</td>
<td>MacDonald and Clark, 1970</td>
</tr>
<tr>
<td><em>A. ferrooxidans</em></td>
<td>5 to 9</td>
<td>Chemostat 10 L</td>
<td>2.3</td>
<td>32</td>
<td>7 to 91 h</td>
<td>830</td>
<td>6 hours</td>
<td>Guay and Silver, 1977</td>
</tr>
<tr>
<td><em>A. ferrooxidans</em></td>
<td>3.5 to 4</td>
<td>Airlift 1.3 L with polystyrene</td>
<td>1.8 to 2</td>
<td>27</td>
<td>55 min to 12.5 h</td>
<td>1680</td>
<td>3 days</td>
<td>Karamanev and Nikolov, 1986</td>
</tr>
<tr>
<td><em>A. ferrooxidans</em></td>
<td>9</td>
<td>Airlift 3 L</td>
<td>1.3</td>
<td>30</td>
<td>8 to 50 h</td>
<td>770</td>
<td>3 HRT</td>
<td>Halfmeier et al., 1993a</td>
</tr>
<tr>
<td><em>A. ferrooxidans</em></td>
<td>9</td>
<td>Stirred tank reactor 5 L</td>
<td>1.3</td>
<td>30</td>
<td>8 to 50 h</td>
<td>3600</td>
<td>3 HRT – 6 months</td>
<td>Halfmeier et al., 1993b</td>
</tr>
<tr>
<td><em>A. ferrooxidans</em></td>
<td>1 to 8.5</td>
<td>Column 1.35 L with Ni alloy fibers</td>
<td>1.8</td>
<td>30</td>
<td>16 to 100 h</td>
<td>450</td>
<td>1 HRT</td>
<td>Gómez and Cantero, 2003</td>
</tr>
<tr>
<td><em>mixed culture with L. ferrooxidans</em></td>
<td>6.9</td>
<td>Fluidized bed reactor 0.9 L with activated charcoal 320 mL or 365 mL</td>
<td>1.1</td>
<td>37</td>
<td>0.2 to 0.6 h</td>
<td>26400</td>
<td>N.D.</td>
<td>Kinnunen and Puhakka, 2004</td>
</tr>
<tr>
<td><em>mixed culture with L. ferrooxidans</em></td>
<td>7 to 21</td>
<td>Fluidized bed reactor 0.9 L with activated charcoal 285 mL</td>
<td>1</td>
<td>35</td>
<td>3.4 to 4.8 h</td>
<td>10000</td>
<td>N.D.</td>
<td>Kinnunen and Puhakka, 2005</td>
</tr>
<tr>
<td><em>mixed culture with L. ferrooxidans</em></td>
<td>5.6</td>
<td>Airlift 3 L with solid supports</td>
<td>0 to 1.8</td>
<td>30</td>
<td>0.25 to 4 h</td>
<td>8100</td>
<td>3 months</td>
<td>Ebrahim et al., 2005</td>
</tr>
<tr>
<td><em>L. ferriphilum</em></td>
<td>5</td>
<td>Stirred tank reactor 1 L</td>
<td>1.3</td>
<td>42</td>
<td>7.8 to 67 h</td>
<td>670</td>
<td>3+1 HRT</td>
<td>Ojumu et al., 2008</td>
</tr>
<tr>
<td><em>L. ferriphilum</em></td>
<td>12</td>
<td>Stirred tank reactor 1 L</td>
<td>1.3</td>
<td>18 - 45</td>
<td>7.8 to 67 h</td>
<td>900</td>
<td>3+1 HRT</td>
<td>Ojumu et al., 2009</td>
</tr>
<tr>
<td><em>L. ferriphilum</em></td>
<td>12</td>
<td>Stirred tank reactor 1 L</td>
<td>0.8 to 2</td>
<td>42</td>
<td>10 to 66 h</td>
<td>950</td>
<td>3+1 HRT</td>
<td>Ojumu and Petersen, 2011</td>
</tr>
<tr>
<td><em>L. ferrooxidans</em></td>
<td>9 to 18</td>
<td>Chemostat 1.25 L</td>
<td>1.8</td>
<td>33.5</td>
<td>10 to 33 h</td>
<td>1000</td>
<td>1 HRT</td>
<td>Bastias and Gentina, 2010</td>
</tr>
<tr>
<td><em>mixed culture with L. ferrooxidans</em></td>
<td>15</td>
<td>Stirred tank reactor 2 stages with settling</td>
<td>1.0 to 2.2</td>
<td>23</td>
<td>6 to 45 h</td>
<td>1100</td>
<td>6 days</td>
<td>Kaksonen et al., 2014a</td>
</tr>
<tr>
<td><em>mixed culture with L. ferrooxidans</em></td>
<td>15</td>
<td>Airlift 2 stages with settling</td>
<td>1.5</td>
<td>23</td>
<td>8 to 45 h</td>
<td>680 - 810</td>
<td>5 HRT</td>
<td>Kaksonen et al., 2014c</td>
</tr>
</tbody>
</table>
Table 2: Bio-oxidation performances obtained with different ferrous iron concentrations
(HRT = 12 h; Mass of activated charcoal = 15 g).

<table>
<thead>
<tr>
<th>[Fe$^{2+}$]$_{influent}$ (g L$^{-1}$)</th>
<th>Bio-oxidation yield (%)</th>
<th>Bio-oxidation rate (mg L$^{-1}$ h$^{-1}$)</th>
<th>Experiment duration</th>
</tr>
</thead>
<tbody>
<tr>
<td>1</td>
<td>100%</td>
<td>83</td>
<td>12 HRT</td>
</tr>
<tr>
<td>4.5</td>
<td>100%</td>
<td>375</td>
<td>18 HRT</td>
</tr>
<tr>
<td>6</td>
<td>21%-70%</td>
<td>105 – 350</td>
<td>27 HRT</td>
</tr>
<tr>
<td>9</td>
<td>7%-44%</td>
<td>60 – 330</td>
<td>44 HRT</td>
</tr>
</tbody>
</table>
Table 3: Bio-oxidation rate ($r_b$; mg L$^{-1}$ h$^{-1}$) and yield ($y_c$; %) vs. activated charcoal mass at 6 h HRT for two different Fe$^{2+}$ concentrations.

<table>
<thead>
<tr>
<th>Activated charcoal (g)</th>
<th>[Fe$^{2+}$] at 1 g L$^{-1}$</th>
<th>$r_b$ (mg L h$^{-1}$)</th>
<th>$y_c$ (%)</th>
<th>[Fe$^{2+}$] at 9 g L$^{-1}$</th>
<th>$r_b$ (mg L h$^{-1}$)</th>
<th>$y_c$ (%)</th>
</tr>
</thead>
<tbody>
<tr>
<td>15</td>
<td></td>
<td>165</td>
<td>100%</td>
<td>80-780</td>
<td>650-1000</td>
<td>6%-55%</td>
</tr>
<tr>
<td>30</td>
<td></td>
<td>165</td>
<td>100%</td>
<td>650-1000</td>
<td>650-1000</td>
<td>40%-70%</td>
</tr>
<tr>
<td>45</td>
<td></td>
<td>-</td>
<td>-</td>
<td>500-1500</td>
<td>-</td>
<td>35%-100%</td>
</tr>
</tbody>
</table>
Figure 1: Copper leaching yields versus bioleaching time in bioreactors and shake flasks in printed circuit boards bioleaching studies reported in the literature.

Arshadi and Mousavi, 2014; Arshadi and Mousavi, 2015; Bai et al., 2016; Bas et al., 2013; Brandl et al., 2001; Bryan et al., 2015; Chen et al., 2015; Gu et al., 2014; Gu et al., 2017a; Gu et al., 2017b; Guzeznec et al., 2015; Hong and Valix, 2014; Ilyas et al., 2007; Ilyas et al., 2013; Ilyas and Lee, 2014; Igldar et al., 2015; Karwowska et al., 2014; Arshadi and Mousavi, 2014; Arshadi and Mousavi, 2015; Bai et al., 2016; Bas et al., 2013; Brandl et al., 2001; Bryan et al., 2015; Chen et al., 2015; Gu et al., 2014; Gu et al., 2017a; Gu et al., 2017b; Guzeznec et al., 2015; Hong and Valix, 2014; Ilyas et al., 2007; Ilyas et al., 2013; Ilyas and Lee, 2014; Igldar et al., 2015; Karwowska et al., 2014; Liang et al., 2010; Liang et al., 2013; Liang et al., 2016; Mäkinen et al., 2015; Mrázíková et al., 2016; Nie et al., 2014; Priya and Hait, 2017; Rodrigues et al., 2015; Sinha et al., 2018; Wang et al., 2009; Wang et al., 2017; Xia et al., 2017; Xiang et al., 2010; Yang et al., 2009; Yang et al., 2014; Zhu et al., 2011.
Figure 2: Schematic diagram of the bio-oxidation bubble column
Figure 3: Ferrous iron bio-oxidation at various HRT comprised between 1 and 18 hours in 1Km and 9Km medium in the presence of 15 g of activated charcoal. Error bars depict the range of all obtained values at fixed operating conditions.
Figure 4: Ferrous iron bio-oxidation at various HRT in 9Km medium in the presence of 15 g and 30 g of activated charcoal. Error bars depict the range of all obtained values at fixed operating conditions.
Figure 5: Ferrous iron bio-oxidation at various HRT in 1Km and 1Cm media in the presence of 15 g of activated charcoal. Error bars depict the range of all obtained values at fixed operating conditions.
Figure 6: Ferrous iron bio-oxidation at various HRT in 9Km and 9Cm media in the presence of 30 g of activated charcoal. Error bars depict the range of all obtained values at fixed operating conditions.
Figure 7: Ferrous iron bio-oxidation at various HRT in 1Cm medium in the presence of 26 g PVC or 15 g activated charcoal (apparent volumes = 33 mL). Error bars depict the range of all obtained values at fixed operating conditions.
Figure 8: Ferrous iron bio-oxidation at various HRT in 9Cm medium in the presence of 52 g of PVC or 30 g of activated charcoal (apparent volumes = 66 mL). Error bars depict the range of all obtained values at fixed operating conditions.
Figure 9: Cryo-SEM pictures inside of activated charcoal particles after colonization by acidophilic bacteria. Experimental conditions in 0Km in the presence of ferrous iron concentrations at 1 g L$^{-1}$ (A) and 9 g L$^{-1}$ (B). For (C), experiments were performed in an Erlenmeyer under abiotic conditions in the presence of 9 g L$^{-1}$ ferric iron.
Figure 10: Cryo-SEM pictures of the surface of activated charcoal particles after colonization by acidophilic bacteria. Experimental conditions in 0Km in the presence of ferrous iron concentrations at 1 g L⁻¹ (A) and 9 g L⁻¹ (B). For (C), experiments were performed in an Erlenmeyer under abiotic conditions in the presence of 9 g L⁻¹ ferric iron.
Figure 11: Cryo-SEM observations of the edge of a cryo-fractured particle of activated charcoal after colonization by acidophilic bacteria in 9Km in the presence of ferrous iron concentration of 9 g L$^{-1}$. 
Figure 12: Cryo-SEM observation at 15 kV and EDX cartography of the edge of a cryo-fractured particle of activated charcoal after colonization by acidophilic bacteria in 0Km in the presence of 9 g L$^{-1}$ ferrous iron.
Figure 13: Comparison of bacterial diversity profiles for different HRT in liquid and solid phases (incoming ferrous iron concentrations=1 and 9 g L\(^{-1}\) in 0Km medium).
Figure 14: Total cell number in liquid and solid phases in bubble columns with influent with 1 g L⁻¹ Fe²⁺ and 15 g of activated charcoal as well as 9 g L⁻¹ Fe²⁺ and 30 g of activated charcoal in 0Km medium (logarithmic scale).